In com $m$ ensurate $m$ agnetic ordering in $\mathrm{C}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ ( $\mathrm{X}=\mathrm{Cl}$, B r) studied by single crystal neutron di raction<br>O. Zaharko,H . R nnow, J. M esot<br>Laboratory for Neutron Scattering, ETHZ \& PSI, CH-5232 V illigen, Sw itzerland<br>S. J. C rowe, D. M ${ }^{\mathrm{C}} \mathrm{K}$. Paul<br>D epartm ent of Physics, University of W arw ick, C oventry, CV 4 7AL, U nited K ingdom<br>P. J. B rown<br>Institut Laue-Langevin, 156X, 38042 G renoble Cedex, France<br>A. D aoud-A ladine<br>ISIS Facility, Rutherford Appleton Laboratory, Chilton, D idoot, O xfordshire OX10 OQ X, U nited K ingdom<br>A. M eents, A. W agner<br>$P$ aul Scherrer Institute, C H -5232 V illigen, Sw itzerland<br>M . P rester<br>Institute of Physics, P .O B . 304 , HR-10 000, Zagreb, C roatia<br>H. B erger<br>Institut de Physique de la M atiere C om plexe, EPFL,C H-1015 Lausanne, Sw itzerland (D ated: M arch 23, 2024)


#### Abstract

P olarized and unpolarized neutron di raction studies have been carried out on single crystals of the coupled spin tetrahedra system $\mathrm{s} \mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2} \quad(\mathrm{X}=\mathrm{Cl}, \mathrm{Br})$. A m odel of the m agnetic structure associated w th the propagation vectors $\mathrm{k}_{\mathrm{Cl}}^{0} \quad\left(0: 150 ; 0: 422 ; \frac{1}{2}\right)$ and $\mathrm{k}_{\mathrm{Br}}^{0} \quad\left(0: 172 ; 0: 356 ; \frac{1}{2}\right)$ and stable below $\mathrm{T}_{\mathrm{N}}=18 \mathrm{~K}$ for $\mathrm{X}=\mathrm{C}$ land $\mathrm{T}_{\mathrm{N}}=11 \mathrm{~K}$ for $\mathrm{X}=\mathrm{Br}$ is proposed. A feature of the m odel, com m on to both the brom ide and chloride, is a canted coplanarm otiffor the $4 \mathrm{Cu}{ }^{2+}$ spins on each tetrahedron which rotates on a helix from cell to cell follow ing the propagation vector. T he $\mathrm{Cu}^{2+}$ $m$ agnetic $m$ om ent determ ined for $X=B r, 0.395(5)$ в , is signi cantly less than for $X=C 1,0.88(1)$ B at $2 \mathrm{~K} . \mathrm{Th}$. m agnetic structure of the chloride associated w ith the w ave-vector $\mathrm{k}^{0}$ di ers from that determ ined previously for the wave vector $k \quad\left(0: 150 ; 0: 422 ; \frac{1}{2}\right)$ [0. Zaharko, et.al., P hys. R ev. Lett. 93, 217206 (2004)].


PAC S num bers: 75.30.m, 75.10.Jm, 61.12 Ld

## I. IN TRODUCTION

System swith weakly interacting frustrated $m$ agnetic clusters form an interesting class of $m$ aterials $w$ ith properties lying betw een those of quantum spin system s and classica- m agnets ${ }^{1 / 2}$ In this context the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ ( $\mathrm{X}=\mathrm{C} 1, \mathrm{Br})^{2 / 2}$ com pounds have recently attracted strong interest, as they contain $\mathrm{Cu}^{2+}$ tetrahedral clusters. The antiferrom agnetic exchange interactions betw een the spins w ithin a tetrahedron are geom etrically frustrated and the coupling between the tetrahedra was assum ed to be weak. W hilst the excitation spectrum of isolated tetrahedra is well known to be gapped, the presence of even sm all anisotropy or inter-tetrahedral coupling $m$ ay lead to interesting new ground states and excitations. In these com pounds the $m$ agnetic susceptibility reaches a maxim a at $\mathrm{T} \quad 25 \mathrm{~K}$ before dropping sharply at low tem peratures, which was rattributed to the presence of a singlet-triplet spin-gap ${ }^{2}{ }^{2} \frac{13}{3}$ Further evidence of spingapped behavior in the brom ide is observed in Ram an
scattering , suggested to be a low energy longitudinal magnon. Fitting the susceptibility data to an isolated tetrahedral $m$ odel w ith four nearest neighbour ( $\mathrm{J}_{1}$ ) and two next nearest neighbour ( $\mathrm{J}_{2}$ ) exchange interactions gives the coupling strengths $J_{1}=J_{2} \quad 43 \mathrm{~K}$ and 38.5 K for $\mathrm{X}_{1}$ $=\mathrm{Br}$ and Cl , respectively. H ow ever, susepptibility $\mathrm{H}^{2,31}$
 $m$ ents all show evidence of $m$ agnetic ordering at low tem peratures, $\mathrm{T}_{\mathrm{N}}=18 \mathrm{~K} \quad(\mathrm{C} 1)$ and $11 \mathrm{~K} \quad(\mathrm{Br})$, which requires inter-tetrahedral couplings. The e ect of inter-tetrahedral coupling and the relative strengths of exchange interactions in this system have been inyestigated theoretically by band structure calqulations, spin dim er analysis ow -equation $m$ ethodia and a mean eld analysist ${ }^{415}$ The consequences of antisym $m$ etric D zyaloshinsky -M oriya (D M ) interactions have been also analysed 111 Experim entally, m agnetic excitations w ith a dispersive com ponent are observed in both com-pounds

are associated w ith the developm ent of long range order. $T$ he ground state $m$ agnetic structure is found from, neutron di raction studies to be rather complex: 1 Both compounds have incommensurate $m$ agnetic structures w ith wave-vectors $\mathrm{k}_{\mathrm{C} 1}^{0} \quad\left(0: 150 ; 0: 422 ; \frac{1}{2}\right)$ and $k_{B r}^{0} \quad\left(0: 172 ; 0: 356 ; \frac{1}{2}\right)$. For $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C} l_{2}$ the co-existence of two di erent $m$ agnetic structures $w$ ith $\mathrm{k}^{0}=\left(\mathrm{k}_{\mathrm{x}} ; \mathrm{k}_{\mathrm{y}} ; \frac{1}{2}\right)$ and $\mathrm{k}=\left(\mathrm{k}_{\mathrm{x}} ; \mathrm{k}_{\mathrm{y}} ; \frac{1}{2}\right)$ has been detected. In the $m$ odel proposed for the $k$ structure the four $\mathrm{Cu}^{2+}$ ions of each tetrahedron form two pairs w ith the spins on the two ions of a pair rotating in the same plane w ith a constant canting angle betw een them. T he canting angles were determ ined as 38 (6) for the rst and 111 (10) for the second pair.

## II. NEW D IFFRACTION RESULTS

To obtain a m ore com plete picture of the ground states of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ we havem ade severalnew di raction experim ents. An X -ray di raction experim ent was carried out on a $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ single crystal ( $10 \mathrm{~m}^{3}$ ) at 10 K and 25 K at the X10 beam line ( $=0: 71073 \mathrm{~A}$ ) at the SLS synchrotron. It revealed that the crystal structure of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ at tem peratures below and above $\mathrm{T}_{\mathrm{N}}$, has the sam e tetragonal space group $P \overline{4}$, as it does at $300 \mathrm{~K}{ }_{2}^{2} \mathrm{~T}$ he group is non-centrosym m etric and racem ic tw ins were found to be present $w$ ith the volum e ratio 37 (4):63 (4). N o features which could explain the coexistence of $w$ ave vectors $k$ and $k^{0}$ below $T_{N}$ were detected. The possibility of grow th tw ins related by re ection in 100 planes was considered. No evidence for such tw inning was obtained in the structure re nem ents con-
m ing that the fhklg and $f-\mathrm{kh} \lg$ fam ilies of re ections are independent.
Spherical neutron polarim etric $m$ easurem ents w ere $m$ ade at 2 K on a $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ single crystal ( $6 \times 2.8 \times 2.6$ $\mathrm{mm}^{3}$ ) w th CRYOPAD II installed on the D 3 di ractom eter at $\Pi L$ ( $=0: 843 \mathrm{~A})$. T hese w ere supplem ented by unpolarized integrated intensity m easurem ents at 2 K on the sam eC $u_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C} l_{2}$ crystaland on a $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2}$ ( $4 \times 1 \times 1 \mathrm{~mm}^{3}$ ) crystal using the D 10 di ractom eter at山L ( = 2:359A).
$T$ he $m$ agnetic di raction pattems given by the various $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ crystals studied so far show an im portant qualitative di erence. The $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C}_{2}$ crystal used in the present experim ent gave 4 m agnetic re ections at the low est 2 value (black spots in Fig. ${ }_{1}^{(1-1)}$ ). They originate from tw $o$ con guration dom ains $w$ ith $w$ ave vectors $k^{0}$ related by the four-fold axis (rotation of 90 ). For the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br} r_{2}$ crystal on the other hand only 2 re ections, corresponding to a single con guration dom ain, were found at the lowest angle (black spots connected by solid lines in F-ig. . ${ }_{1}^{\prime \prime}$ ') . It should be recalled that in the previous study 14 re ections from two con guration dom ains of two independent wave vectors $\mathrm{k}^{0}$ and k were reported (black and grey spots in Fig. ${ }_{(111)}^{1}$ ).

There is a quantitative di erence between the intensities of corresponding re ections obtained from the propagation vectors $k$ and $k^{0}$. This di erence can be clearly seen by com paring the intensities $I_{1}$ and $I_{2}$ of the re ections $000+k$ and 100 k . For the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C}_{2}$ and $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2}$ crystals studied in the present experim ent the inequality $I_{1}<I_{2}$ holds, In the previous study of another $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ crystall ${ }^{14}$ this relation was the sam e $I_{1}<I_{2}$ for the $k^{0}$ set, but opposite $I_{1}>I_{2}$ for the $k$ set; and it w-as from this latter set that the $k$ structure $w$ as derived 15
In what follow s we w ill describe the experim ental observations $m$ ade on $w$ ave vector $k^{0}$ and $w$ ill use them to derive a $m$ odel for the $k^{0} m$ agnetic structure.

FIG. 1: The hk0 and hk $\frac{1}{2}$ layens of reciprocal space of a $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ crystal. B lack circles correspond to magnetic re ections fhk $\frac{1}{2} g$ of $k^{0}$ and grey circles - of $k w a v e ~ v e c t o r s . ~$ The circle radii are proportional to intensities ofm agnetic reections. D ashed circles w ith center at 000 connect re ections $w$ ith intensity $I_{1}$ and $I_{2}$.


For polarim etric m easurem ents the crystalw as m ounted w ith the a -direction vertical inside an $\Pi \mathrm{L}$ orange cryostat and cooled to 2 K . As the wave vector $\mathrm{k}^{0}$ [ $0: 150 ; 0: 422 ; \frac{1}{2}$ ] has a sm all a com ponent, the beam scattered by a magnetic re ection hkl with $\mathrm{h}=0: 15$ is tilted from the horizontal plane by an angle 1 and can be $m$ easured by ensuring that the vertical aperture of the detector is w ide enough. The inclination of the scattering vectors to the horizontalplane is $=11.6$ for $k=0: 422 ; 1=\frac{1}{2}$ and $=4.6$ for $k=0: 422 ; 1=\frac{3}{2}$. The polarization of the scattered beam wasm easured using a spin polarized ${ }^{3} \mathrm{He}$ lter. The lter polarization decayed w th a time constant of 100 h and its e ective polar-
ization transm ission varied from 0.73 to 0.55 betw een lter changes. T he decay w as follow ed by $m$ easuring the polarization scattered by the 002 nuclear re ection at regular intervals and an appropriate correction was applied to the scattered polarizations.
$M$ easurem ents ofeach re ection werem adew ith the incident neutrons polarized successively in three directions: parallel to the vertical $z$ direction ( $P_{z}^{0}$ ), along the x horizontal com ponent of the scattering vector $q\left(P_{x}^{0}\right)$ and in the $y$ direction that com pletes the right-handed $C$ artesian set. In this polarization coordinate system the m agnetic interaction vector $(M$ ? $=C+i D)$, which is the projection of the Fourier transform of the $m$ agnetization $M(r)$ onto the plane penpendicular to $q$, lies $m$ ainly in the yz-plane. For each incident polarization direction the com ponents of scattered polarization parallel to the $x ; y$ and $z$ directions were determ ined. $T$ he six $m$ agnetic reections labelled $h_{1} \mathrm{~h}_{6}$ in Table ${ }^{1}{ }_{l}^{+}$w ere studied. T heir intensities w ere rather weak, and the background at low 2 rather high, especially for the re ections $h_{1} ; h_{2} ; h_{3}$, so reasonable statistics could only be obtained by m easuring for about 6 hours/re ection. Even a qualitative analysis of the scattered polarization sets a num ber of valuable constraints on possible $m$ odels for the $m$ agnetic structure of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C} l_{2}$.
$T$ he polarization $P$ of neutrons scattrered by a pure $m$ agnetic re ection can be written as:

$$
\begin{align*}
& P I= P^{0}\left(M_{?}\right. \\
&\left.M_{?}\right)+2<\left(M_{?}\left(\begin{array}{ll}
P^{0} & M_{?}
\end{array}\right)\right)  \tag{1}\\
& 2=\left(M_{?}\right)
\end{align*}
$$

w th the rst tem parallel to $\mathrm{P}^{0}$, the second to M ? and the third to q . I is the scattered intensity which contains a polarization independent and a polarization dependent term :

$$
\begin{equation*}
I=M_{?} \quad M_{?}+P^{0}=\left(M_{?} \quad M_{?}\right) \tag{2}
\end{equation*}
$$

These equations rew ritten in the form of polarization m atrices ${ }^{19}$.

$$
P_{i j}=\begin{array}{ccc}
\frac{M^{2}+J_{y z}}{M^{2}+J_{y z}} & 0 & 0  \tag{3}\\
\frac{J_{y z}}{M^{2}+J_{y z}} & \frac{M^{2}+R_{y y}}{M^{2}} & \frac{R_{y z}}{M^{2}} \\
\frac{J_{y z}}{M^{2}+J_{y z}} & \frac{R_{y z}}{M^{2}} & \frac{M^{2}+R_{z z}}{M^{2}}
\end{array}
$$

$w$ ith $M^{2}=M_{?} \quad M_{?}, R_{i j}=2 R\left(M_{? ~} M_{? j}\right)$ and $J_{i j}=$ $2 J\left(M_{?}{ }_{i} M_{? j}\right)$ can be directly com pared with the results presented in Table 六.
Before attem pting ${ }^{-}$a detailed analysis, the di erent types of $m$ agnetic dom ains which can be present in $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ should be considered. It is worth rem em bering ${ }^{131}$ that con guration, orientation and chiral $m$ agnetic dom ains are all possible. The con guration dom ains give rise to separate sets ofm agnetic peaks and are not im portant for the polarization data analysis. O rientation dom ains can occur if the $2_{z}$-axis is not
in the $m$ agnetic sym $m$ etry group. C hirality dom ains are present because the propagation vector $\mathrm{k}^{0}$ is not one half of a reciprocal lattice vector ( $\mathrm{k}^{0} \mathrm{~g} \quad \mathrm{k}^{0}$ ). They are not the sam e as racem ic tw ins which are allow ed because the inversion center is $m$ issing in the crystallographic space group. The last two types of dom ain contribute to the sam e magnetic peaks and their presence could signi cantly com plicate the D 3 data analysis since orientation dom ains can depolarize the scattered beam and chirality dom ains can conceal the special features of helical structures.
It was found that w ithin the statisticalaccuracy the scattered beam was fully polarized for all m easured re ections which suggests that only one orientation dom ain is present. The two chiral dom ains are also unequally populated, since the $h_{1}$ and $h_{2}$ re ections were alm ost absent for incident polarization $P_{+x}^{0}$, but had signi cant intensity for $P^{0}{ }_{x}$.
Furthem ore, based on the polarization data we can im $m$ ediately deduce the type of $m$ agnetic structure. The very presence of the $x$-com ponents in the scattered polarization ( $P_{x y}$ and $P_{x z}$ ) indicates rotation of polarization towards $q$, which is not com patible with any am plitude modulated or collinear structure. Such structures would have M ? kM ? and the neutron polarization would only precess by 180 about M ? . Therefore the $m$ agnetic structure $m$ ust be helical.
$T$ hem ost signi cant qualitative conclusions from the polarim etric $m$ easurem ents are as follow $s$ :

1. The scattered polarization for the re ection $h_{2}$ w ith $\mathrm{q}_{2} \mathrm{kk}$, show s that the structure is not com posed of helioes w ith spins rotating in a plane nor$m$ al to the $w$ ave vector $k^{0}$, for in such a case all polarization w ould be rotated tow ards the x direction. The presence of $y$ and $z$ com ponents of scattered polarization indicates that one orm ore of the planes in which the spins rotate (plane of helices) m ust be inclined to the wave vector.
2. For all the re ections studied the $\mathrm{P}_{\mathrm{zz}}$ com ponents are positive, while $P_{y y}$ are negative. i) This clearly indicates that all $M$ ? vectors have a $z$ com ponent, so there $m$ ust be a com ponent of the m agnetic m om ent along a . ii) It also m eans that the $z$-com ponents of $M$ ? are larger than the $y^{-}$ com ponents $\left(C_{z}^{2}+D_{z}^{2}>C_{y}^{2}+D_{y}^{2}\right)$. This $m$ ight indicate that the planes of the heliges are close to or contain the a-axis.
3. The $m$ agnitude of the $P_{y y}$ and $P_{z z}$ com ponents tend to be larger for re ections $w$ ith $l=\frac{3}{2}$ than for those with l= $\frac{1}{2}$ which strongly suggests the existence of a c-com ponent of the $m$ agnetic $m$ om ent.

Follow ing-the description of a $m$ agnetic structure given in reference $1^{14}$ we express the m om ent $S_{j 1}$ of the $j$ th $C u^{2+}$ ion in the lth unit cell as

$$
\begin{equation*}
S_{j 1}=A_{j} \cos \left(k^{0} \quad x^{+} \quad{ }_{j}\right)+B_{j} \sin \left(k^{0} \quad x^{+} \quad{ }_{j}\right) \tag{4}
\end{equation*}
$$

TABLE I: Polarization $m$ atrices $P_{i j} m$ easured for $k^{0} m$ agnetic re ections of $\mathrm{C}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C} \mathrm{l}_{2}$ at 2 K ( $i$-incom ing, $j$-outcom ing com ponent of polarization). I is $m$ easured intensity.

| h | k 1 |  | $\mathrm{P}_{\mathrm{i}}{ }^{0}$ | $\mathrm{P}_{\text {ix }}$ | $\mathrm{P}_{\text {iy }}$ | $\mathrm{P}_{\text {iz }}$ | I |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\begin{gathered} 0.15 \\ \mathrm{~h}_{1} \end{gathered}$ | -0.42 | $\frac{1}{2}$ | - | 0.93 (5) | -0.04 (5) | 0.19 (4) | 5.0 (3) |
|  |  |  | Y | 0.83 (9) | -0.71 (9) | 0.03 (8) | 3.0 (2) |
|  |  |  | z | 0.6 (1) | -0.2 (1) | 1.0 (1) | 22 (2) |
|  |  |  | -z | 12 (1) | 0.18 (8) | -0.34 (10) | 22 (2) |
| $\begin{gathered} 0.15 \\ \mathrm{~h}_{2} \end{gathered}$ | -0.42 | $-\frac{1}{2}$ | - | 0.93 (8) | -0.03 (9) | 0.33 (7) | 4.5 (2) |
|  |  |  | y | 0.8 (2) | -0.5 (2) | 0.6 (2) | 2.7 (1) |
|  |  |  | z | 0.7 (2) | -0.0 (2) | 1.1 (2) | 2.3 (1) |
|  |  |  | -z | 0.7 (1) | -0.2(1) | -0.3(2) | 3.1 (4) |
| $\begin{gathered} -0.15 \\ \mathrm{~h}_{3} \end{gathered}$ | -0.58 | $\frac{1}{2}$ | x | -1.03(3) | -0.04 (3) | 027 (3) | 6.4 (1) |
|  |  |  | Y | -1.12 (6) | -0.32 (6) | -0.08 (6) | 3.6 (1) |
|  |  |  | z | -0.97(7) | -0.32 (6) | 0.55 (6) | 3.4 (1) |
| $\begin{gathered} -0.15 \\ \mathrm{~h}_{4} \end{gathered}$ | 0.42 | $\frac{3}{2}$ | x | -0.88 (10) | -0.11 (8) | 0.16 (8) | 2.3 (1) |
|  |  |  | - | 1.01 (4) | 0.06 (4) | -0.16 (4) | 3.3 (1) |
|  |  |  | y | 0.44 (5) | -0.92 (6) | -0.47 (5) | 3.9 (1) |
|  |  |  | z | 0.56 (5) | -0.40 (4) | 0.76 (5) | 3.8 (4) |
|  |  |  | -z | 0.24 (6) | 0.32 (5) | -0.88 (5) | 3.8 (3) |
| $\begin{gathered} -0.15 \\ h_{5} \end{gathered}$ | 0.42 | $-\frac{3}{2}$ | x | -0.93(10) | 0.03 (8) | 0.11 (8) | 2.0 (3) |
|  |  |  | y | 0.52 (6) | -0.73 (6) | 0.32 (5) | 3.0 (4) |
|  |  |  | z | 0.54 (6) | 0.34 (5) | 0.88 (6) | 42 (3) |
| $\begin{gathered} 0.15 \\ \mathrm{~h}_{6} \end{gathered}$ | -0.42 | $\frac{3}{2}$ | x | -0.92 (6) | -0.10 (6) | -0 27 (4) | 3.3 (6) |
|  |  |  | y | 0.53 (4) | -0.84 (4) | -0.38 (3) | 4.4 (1) |
|  |  |  | z | 0.43 (4) | -0.61 (3) | 0.86 (3) | 3.4 (2) |

$w$ ith $r_{1}$ being the vector de ning the origin of the lth unit cell. $A_{j}$ and $B_{j}$ are orthogonal vectors which determ ine the $m$ agnitude and direction of the helix associated $w$ ith the jth ion, whilst $j$ de nes its phase. The 4 independent $\mathrm{Cu}^{2+} \mathrm{m}$ om ents of the $\mathrm{C}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C}_{2}$ unit cell could rotate on independent helices in which case it would be neccessary to de ne the plane of each helix in polar coordinates by the angles $j$, $j$ of $B_{j}$. There is freedom to choose the origin ofeach helix and a convenient choice is $w$ ith the vector $A_{j}$ in the ab plane ( $A_{j}=90$ ). For the class ofm odels in which the four $\mathrm{Cu}^{2+}$ ions rotate as tw o canted pairs ${ }^{4!}$ there are only two planes to de ne since the $m$ om ents on the tw o ions of a pair rotate in the sam $e$ one (, are the same). The di erence betw een the values of the two ions is the canting angle for the pair, . Least-squares re nem ent of the, and param eters against the polarim etric $m$ easurem eats for the re ections $\mathrm{h}_{1}-\mathrm{h}_{6} \mathrm{~m}$ ade using a C C SL program $1^{18}$ lead to the follow ing conclusions:

1. The data are sensitive to the di erence betw een the angles of the tw o heliges which de nes the angle betw een the two planes, and to the absolute value of $B$ which de nes their inclination to the c-axis. H ow ever, the sensitivity to the absolute values of the angle which de nes their inclination to the

TABLE II: Polarization $m$ atrices $P_{i j}$ calculated for nal $m$ odelofthe $\mathrm{k}^{0} \mathrm{~m}$ agnetic structure of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C} \mathrm{l}_{2}$ presented in Table'III'.

| h | k l |  | $P_{i}{ }^{0}$ | $\mathrm{P}_{\text {ix }}$ | $\mathrm{P}_{\text {iy }}$ | $\mathrm{P}_{\text {iz }}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\begin{gathered} 0.15 \\ \mathrm{~h}_{1} \end{gathered}$ | -0.42 | $\frac{1}{2}$ | -x | 0.97 | 0.00 | 026 |
|  |  |  | Y | 0.83 | -0.53 | 0.15 |
|  |  |  | z | 0.64 | -0.02 | 0.77 |
|  |  |  | -z | 0.97 | 0.02 | -0.26 |
| $\begin{gathered} 0.15 \\ \mathrm{~h}_{2} \end{gathered}$ | -0.42 | $-\frac{1}{2}$ | - | 0.97 | 0.00 | 026 |
|  |  |  | y | 0.83 | -0.53 | 0.19 |
|  |  |  | z | 0.64 | 0.03 | 0.77 |
|  |  |  | -z | 0.97 | -0.02 | -0. 26 |
| $\begin{gathered} -0.15 \\ \mathrm{~h}_{3} \end{gathered}$ | -0.58 | $\frac{1}{2}$ | x | -0.94 | -0.30 | -0.13 |
|  |  |  | y | -0.98 | -0.03 | 0.21 |
|  |  |  | z | -0.79 | -0.34 | 0.50 |
| $\begin{gathered} -0.15 \\ \mathrm{~h}_{4} \end{gathered}$ | 0.42 | $\frac{3}{2}$ | x | -0.98 | -0.06 | 0.19 |
|  |  |  | -x | 0.99 | 0.03 | -0.13 |
|  |  |  | y | 0.38 | -0.80 | -0.47 |
|  |  |  | z | 0.54 | -0.42 | 0.73 |
|  |  |  | -z | 028 | 0.45 | -0.85 |
| $\begin{gathered} -0.15 \\ \mathrm{~h}_{5} \end{gathered}$ | 0.42 | $-\frac{3}{2}$ | x | -0.98 | 0.06 | 0.19 |
|  |  |  | y | 0.45 | -0.80 | 0.40 |
|  |  |  | z | 0.54 | 0.42 | 0.73 |
| $\begin{gathered} 0.15 \\ h_{6} \end{gathered}$ | -0.42 | $\frac{3}{2}$ | x | -0.98 | 0.06 | -0.19 |
|  |  |  | y | 0.45 | -0.80 | -0.40 |
|  |  |  | z | 0.28 | -0.45 | 0.85 |

a-axis and the phase is not very high.
2. T he assum ption that the envelope of the helioes is circular ( $\mathcal{A}_{j} j=-B_{j} \bar{y}$ ) and that all the $\mathrm{Cu}^{2+}$ ions have the sam em om ent is supported by the polari$m$ etric data. No signi cant im provem ent in the $t$ w as obtained by allow ing any of the com ponents of m om ent to vary.
3. The best agreem ent (Table' $m$ odel comprising two pairs of spins w the the A vectors lying in the ab plane ( $A_{A} 90$ ) and the $B$ vectors directed along the $c$ axis ( $\quad=0$ ). The angle betw een the tw o planes on which the spin pairs rotate is sm all, not exceeding 10 . A llow ing the 4 helices to be independent did not im prove the $t$.
4. To $x$ other details of the $m$ agnetic structure we need to com plem ent the polarim etric data $w$ th the integrated intensity $m$ easurem ents.

The unpolarized integrated intensity sets consist of $98 \mathrm{k}^{0} \mathrm{~m}$ agnetic (and 286 nuclear) re ections for the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ crystal and 44 m agnetic ( 30 nuclear) for the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2}$ crystal. D ue to the sm all size of the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2}$ crystal and its low $m$ agnetic $m$ om ent, very long counting tim es were needed; $m$ easurem ent of

TABLE III: The $\mathrm{k}^{0} \mathrm{~m}$ agnetic structure of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ ( $\mathrm{X}=\mathrm{C} 1, \mathrm{Br}$ ). The origin of the helices is chosen in the ab plane ( ${ }_{A}=90$ ). The phase of the rst helix $1_{1}$ is set to 0 . $B=A_{A}+90$ due to orthogonality of $A_{j}$ and $B_{j} \cdot B$ is xed to zero based on polarization data. ij ( $i ; j=1,4$ ) is the canting angle betw een m om ents of the $\mathrm{Cu}^{2+}$ ions $w$ ith coordinates x 0:730,y $0: 453, z \quad 0: 158: 1(x ; y ; z), 2(1 \quad x ; 1 \quad y ; z)$, $3(y ; 1 x ; z), 4(1 \quad y ; x ; z)$.

|  | $\mathrm{m},[\mathrm{B}=\mathrm{Cu}]$ | A | 2 | 3 | $4,[]$ |
| :--- | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{X}=\mathrm{C} 1$ | $0.88(1)$ | $14(5)$ | $13(3)$ | $44(3)$ | $-26(4)$ |
| $\mathrm{X}=\mathrm{Br}$ |  | $0.395(5)$ | $9(5)$ | $22(4)$ | $75(5)$ |
|  | 12 | 34 | 13 | 14 | 23 |
|  |  |  | $24,[3)$ |  |  |
| $\mathrm{X}=\mathrm{Cl} 1$ | 13 | 70 | 135 | 154 | 147 |
| $\mathrm{X}=\mathrm{Br}$ | 22 | 120 | 105 | 134 | 127 |

each magnetic re ection lasted up to 4.5 h . Nuclear intensities were corrected for absonption and extinction, which for the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ crystal was signi cant. $W$ hen $m$ odeling the $m$ agnetic structure the scale re ned from the nuclear re ections and the param eters reliably determ ined from the polarim etry experim ent were xed. $W$ e assum ed a constant $m$ om ent $m$ odel and constrained A to lie in the ab plane and B to be parallel to the $c$ axis. The intensity data are sensitive to the absolute values of the $m$ agnetic $m$ om ent and the angles $A$ and
, in contrast to the polarim etric data, and the values obtained from these re nem ents are given in Table The model itself is illustrated schem atically in Fig. $T$ he goodness of $t$ of the $m$ odel in which there was a di erence in the $A$ angles of two pairs of 10 was not signi cantly di erent from that in which it was zero, so w ithin the statistical accuracy all spins rotate in the sam e plane.
For $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2}$ the sam e constraints were used in the re nem ent of the integrated intensity data. The nal values are listed in Table lind and the structure is pre-
 than for the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ intensity data and always converged to these nal values, even when releasing the constraints and starting $w$ th di erent_initial values. In fact, a sim ulated annealing algorithm to the generalised helix $m$ odel (in which the $m$ om ents are equal but all other constraints on the helices are relaxed), and the resulting structure w as extrem ely close to that presented in F ig.

The model for the $\mathrm{k}^{0}$ structure of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C}_{2}$ developed here gives a good $t_{1}$-to the lim ited $\mathrm{k}^{0}$ set of re ections m easured previously $1^{14} \cdot \mathrm{~T}$ his m odel gives very poor agreem ent $w$ th the $k$ re ections, but signi cant im provem ent can be achieved by allow ing the planes in which the two pairs rotate to be inclined to one another in accordance w ith the previously determ ined k m odel. An interesting detail is that the canting angles 12 and 34 are alm ost the sam e in the $\mathrm{k}^{0} \mathrm{X}=\mathrm{Cl}, \mathrm{Br}$ and $\mathrm{k} \mathrm{X}=\mathrm{Cl}$

F IG .2: The ac (top) and ab (bottom ) view on the layer of spin tetrahedra of the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2} \mathrm{k}^{0} \mathrm{~m}$ agnetic structure. The origin is shifted by [ $001 / 2$ ] relative to the crystallograph ic unit cell.

structures of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$.

## III. D ISCUSSIO N

The ndings of our experim ent, nam ely, the $\mathrm{col}^{-}$ existence, in some crystals, of two symmetrically independent wave vectors, $\mathrm{k}^{0}$ and k ; two di erent $m$ agnetic structures, one associated $w$ th each $w a v e$ vector; two di erent con gurations for the spins in the $\mathrm{Cu}^{2+}$ tetrahedra: the 'canted coplanar' and 'canted pair' $m$ otifs in these $m$ agnetic structures, are very puzzling. The ground state of an isolated tetrahedron w ith AF exchange interactions between $S=1 / 2$ spins at the vertices is a singlet: ${ }_{\mathrm{P}}^{\mathrm{i}=1} \mathrm{~S}_{\mathrm{i}}=0$. N o long range m agnetic order would exist in a structure built from such isolated tetrahedra at any tem perature. If the tetrahedra have tetragonal rather than cubic sym $m$ etry, as in the present case, there are two di erent intra-tetrahedral exchange

F IG . 3: The ac layer of Spin tetrahedra of the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br} \mathrm{r}_{2}$ $\mathrm{k}^{0} \mathrm{~m}$ agnetic structure.

|  |  |  |  |
| :---: | :---: | :---: | :---: |
|  |  |  |  |
|  |  |  |  |

TABLE IV : C om parison between selected observed and calculated $m$ agnetic structure factors of ${ }^{0}$ (present D 10 experim ent, $\mathrm{F}^{\mathrm{k}^{0}} ; \mathrm{h}^{\mathrm{k}^{0}}$ ) and k (previous D 15 experim ent, $\mathrm{F}^{\mathrm{k}} ; \mathrm{h}^{\mathrm{k}}$ ) reections of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2}$ crystals.

| $\mathrm{h}^{\mathrm{k}^{0}}$ | k | l | $\mathrm{F}_{\text {obs }}^{\mathrm{k}^{0}}$ | $F_{\text {calc }}^{\mathrm{k}^{0}}$ | $h^{\mathrm{k}}$ | $F_{\text {obs }}^{\mathrm{k}}$ | $F_{\text {calc }}^{\mathrm{k}}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| -0.15 | 0.42 | 0.5 | 7.280 | 6.487 | 0.15 | 8.8130 | 8.2691 |
| 0.15 | -0.42 | 0.5 | 7.550 | 6.206 | -0.15 | 8.4691 | 8.2893 |
| -0.15 | -0.58 | 0.5 | 8.544 | 7.545 | 0.15 | 7.1362 | 6.8697 |
| -0.15 | -0.58 | -0.5 | 8.602 | 6.892 | 0.15 | 7.2834 | 6.8684 |
| -0.85 | 0.58 | 0.5 | 8.000 | 7.426 | 0.85 | 2.0599 | 1.1244 |
| -1.15 | 0.42 | -0.5 | 5.099 | 5.118 | 1.15 | 2.8397 | 4.2169 |
| -1.15 | -0.58 | 0.5 | 5.385 | 4.851 | 1.15 | 3.2573 | 3.9668 |
| -0.85 | -0.42 | 0.5 | 3.606 | 2.003 | 0.85 | 5.8267 | 6.0495 |
| -1.85 | -0.42 | 0.5 | 5.477 | 4.607 | 1.85 | 7.1667 | 6.4599 |
| 0.15 | -0.42 | -1.5 | 8.660 | 8.310 | -0.15 | 8.8371 | 7.8371 |
| 0.15 | -0.42 | 1.5 | 8.660 | 8.285 | -0.15 | 8.5935 | 7.8208 |
| -0.15 | 0.42 | 1.5 | 8.718 | 8.310 | 0.15 | 8.8130 | 7.8371 |
| 0.15 | 0.58 | -1.5 | 11.747 | 12.104 | -0.15 | 5.8990 | 5.1342 |
| -0.15 | -0.58 | -1.5 | 11.874 | 12.058 | 0.15 | 5.9349 | 5.1453 |
| -0.15 | -0.58 | 1.5 | 11.662 | 12.104 | 0.15 | 6.4821 | 5.1342 |
| -0.85 | 0.58 | -1.5 | 6.000 | 6.474 | 0.85 | 2.0599 | 0.7765 |

constants: nearest neighbour $J_{1}$ and next nearest neighbour $J_{2}$. If $J_{1}>J_{2}$ the singlet state involves all four spins $w$ hereas if $J_{1}<J_{2}$ the spins form tw $\rho$ dim ers, each dim er individually form ing a spin singlet In the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ system due to strong inter-tetrahedral coupling the tetram ers and dim ers are not true singlets and the ground state is m agnetically ordered.
The system is very com plex and the ground state spin arrangem ent is determ ined by com petition between the geom etrically frustrated intra-tetrahedral coupling, the exchange between tetrahedra and the antisymmetric D zyaloshinskiM oriya interactions. It is possible that the interplay between these various couplings could
result in several di erent but nearly degenerate spin con gurations. In this case the spin system could be prom pted to adopt one out of several possible arrange$m$ ents by perturbations due to oxygen or copper defects associated w th slight chem ical inhom ogeneity. This would explain why the coexistence of $\mathrm{k}^{0}$ and k is strongly sam ple dependent. If we consider the lattioe de ned by the centers of the tetrahedra, ignoring their sym $m$ etry, another observation, the equality in the lengths of the com ponents $k_{x}$ and $k_{y}$ for the $k^{0}$ and $k$ wave vectors, becom es clear. Such a lattioe has full tetragonal sym -
 equivalent. This could $m$ ean that the length of the wave vector is determ ined by the inter-tetrahedral exchange and until there is intra-tetrahedral ordering, the two wave vectors are degenerate. We suggest that the nal arrangem ent adopted by the tetrahedra $m$ ay be determ ined either by chance nucleation and grow th of one rather than the other wave vector or by sm all alterations in the relative strengths of intra-tetrahedral interactions caused by crystal inhom ogeneities.
$T$ he ${ }^{0}$ structure is the one which occurs $m$ ost frequently in the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ crystals studied up to now by neutron di raction. Its m ain feature is that the helioes of all spins rotate alm ost in a single plane, which is close to (010). The 4 spins of each $\mathrm{Cu}^{2+}$ tetrahedron form a canted coplanar $m$ otif $w$ hich rotates on a single helix w ith propagation vector $\mathrm{k}^{0}$. The re ned m om ent is $0.88(1)$ в $/ \mathrm{Cu}(\mathrm{X}=\mathrm{Cl})$ and $0.395(5)$ в $/ \mathrm{Cu}(\mathrm{X}=\mathrm{Br})$. The angles between the spins on the sites 1-2 and 3-4 are very di erent from one another: the Cu1-Cu2 spins are alm ost collinear w ith $12=13(3)(X=C 1)$ and ${ }_{12}=22(4)(\mathrm{X}=\mathrm{Br})$, while the Cu3-Cu4 arrangem ent is alm ost orthogonal $34=70(4) \quad(\mathrm{X}=\mathrm{Cl})$ and ${ }_{34}=120(5)$ $(\mathrm{X}=\mathrm{Br})$. Noting that the overlap between m agnetic orbitals associated $w$ th the $J_{2}$ path is alm ost zero ${ }^{81,1919}$ th is $m$ ight indicate that the intra-tetrahedral $J_{2}$ coupling is rather weak. On the other hand the angles between spins of di erent pairs in the same tetrahedron di er only slightly (see Table 'ITI) and are close to 145 ( $\mathrm{X}=\mathrm{Cl}$ ) and $120(\mathrm{X}=\mathrm{Br})$. These angles are the sam e for all tetrahedra in the structure and such regularity $m$ ight imply that the $J_{1}$ coupling $m$ ediated through the $\mathrm{Cu}-\mathrm{O}-\mathrm{Cu}$ superexchange path $(\backslash \mathrm{Cu}-\mathrm{O}-\mathrm{Cu} 110)$ is strong.

A nalysis of the angles between spins in adjacent tetradedra reveals that neigbouring ions across the $\left[\begin{array}{lll}1 & 1 & 0\end{array}\right]$ diagonals are alm ost antiparallel (Fig. bottom ). This im plies that the inter-tetrahedral diagonal $J_{d}$ coupling could be im portant $w$ ith the linear superexchange path $\mathrm{Cu}-\mathrm{X} . \mathrm{X}-\mathrm{Cu}$ providing a strong AF
 ions related by the [100] and [010] lattice translations are very di erent, in spite of the underlying tetragonal sym m etry. O ne, for [100], is acute ( 40 ) and the other obtuse ( $140 \mathrm{X}=\mathrm{Cl}, 110 \mathrm{X}=\mathrm{Br}$ ) implying weak $J_{a}$ and $J_{b}$ coupling in accord $w$ th band-structure
calculations ${ }^{\text {Fin }}{ }^{81}$
O ne further property of the proposed $\mathrm{k}^{0}$ spin arrange-

F IG . 4: The ac layer of resultant $m$ om ent of tetrahedra of the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Cl}_{2} \mathrm{k}^{0} \mathrm{~m}$ agnetic structure.

$m$ ent should be discussed. This $m$ odel leads to a nite resultant $m$ om ent on each tetrahedron which is constant throughout the whole crystal. This $m$ om ent rotates in
 vector ( $k_{x}, 0, \frac{1}{2}$ ) giving an angle of $54 \quad(X=C l)$ and 62 ( $\mathrm{X}=\mathrm{Br}$ ) betw een the neighbouring tetrahedra along a. Interestingly, the resultant $m$ om ents on the tetrahedra in the chloride (0.333 в) and brom ide $(0.388$ в ) are alm ost equal, although the $m$ om ent of
the $\mathrm{Cu}^{2+}$ ions is close to the saturated value of $1 \quad$ в $/ \mathrm{Cu}$ for $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{C}_{2}$, whereas it is signi cantly less for $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2}$.

As the $S=1 / 2 \mathrm{Cu}^{2+}$ ion has very little single ion anisotropy, it is not clear what is responsible for the choice of the ac plane as the easy plane of the spins. It $m$ ight be either the anisotropy of the inter-tetrahedralinteractions or the D M interactions the direction ofw hich is determ ined by the sym $m$ etry of the localenvironm ent $2^{33}$ ! $T$ heDM interaction could be nonzero in the $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}$ system and would give a DM vector in the ab plane ${ }^{24 .}$ perpendicular to each $\mathrm{Cu}-\mathrm{Cu}$ bond within the tetrahedra. This antisym $m$ etric coupling would favor tw o spins to cant in opposite directions in the plane penpendicular to the DM vector and the fairly constant angle betw een nearest neighbour spins could re ect the ratio $\mathrm{DM} / \mathrm{J}_{1}$. A thorough theoretical study is needed to clarify a num ber of questions raised by our ndings.

1. W hat relative strengths-of the $J_{1}, J_{2}$ intratetrahedral and $J_{c}, J_{d}, J_{x}{ }^{20}$ inter-tetrahedral couplings are needed to give the experim entally observed $\mathrm{k}^{0}$ and k structures.
2. C an anisotropy of the inter-tetrahedralinteractions alone explain the easy plane of the $m$ agnetic $m o-$ $m$ ents in the $k^{0}$ structure.
3. D oes the choige of $w$ ave vector ( $k^{0}$ or $k$ ) determ ine the nal spin arrangem ent adopted by the tetrahedra or do changes in strength of the $J_{1}, J_{2}$ couplings $m$ oderate the choice betw een the $\mathrm{k}^{0}$ ( canted coplanar' ) and the $k$ (canted pair') structures.

## A cknow ledgm ents

This work was carried out at the $\mathrm{H} L$ reactor, G renoble, France and on $S \mathbb{N} Q$ at the P aulScherrer Institute, V illigen, Sw itzerland. W e would like to thank D rs. N . K emavanois and M .M edarde for experim entalassistance during the D 3 experim ent and Dr. A.M.M ulders for help during the X 10 experim ent. The sam ple preparation was supported by the NCCR research poolm aNEP ofthe Sw iss N SF. SJC acknow ledgesthe nancialsupport of the UK Engineering and P hysical Sciences Research Council.

* e-m ail: O ksana $Z$ aharko@ psi.ch
${ }^{1} \mathrm{M}$ agnetic system s w ith com peting interactions, edited by H . T. D iep, W orld Scienti c, Singapore (1994).
${ }^{2}$ M . Johnsson et al, C hem . M ater. 12, 2853 (2000).
${ }^{3}$ P . Lem m ens, K .-Y .C hoi, E.E.K aul, C.G eibel, K . B ecker, W . B renig, R . V alenti, C . G ros, M . Johnsson, P . M illet, and F.M ila, P hys. Rev. Lett. 87, 227201 (2001).
${ }^{4}$ J. Jensen, P. Lem m ens, and C.G ros, Europhys. Lett. 64, 689 (2003).
${ }^{5}$ C.G ros, P.Lem m ens, M.Voja, R .Valenti, K .-Y . C hoi, H . K ageyam a, Z. H iroi, N .V .M ushnikov, T.G oto, M . Johnsson, and P.M illet, P hys. Rev.B 67, 174405 (2003).
${ }^{6}$ M . P rester, A. Sm ontara, I. Z ivkovic, A . B ilusic, D . D robac, H.Berger, and F.Bussy, P hys. Rev.B 69, 180401
(2004).
${ }^{7}$ A .V . Sologubenko, R .D ell'A m ore, H R . O tt, and P .M illet, Euro. Phys. Joum. B 42, 549 (2004).
${ }^{8}$ R . Valenti, T. Saha-D asgupta, C G ros, and H . R osner, Phys. Rev.B 67, 245110 (2003).
${ }^{9}$ M.H.W hangbo, H.J.K oo, and D.D ai, Inorg. C hem 42, 3898 (2003).
${ }^{10}$ W . B renig, K . W .Becker, P hys.R ev.B 64, 214413 (2001).
${ }^{11}$ V.N.K otov, M.E.Zhitom irsky, M.E Ihajal, F.M ila, Phys. Rev.B 70, 214401 (2004).
12 S. J. C rowe, S.M a jum dar, M . R . Lees, D. M ${ }^{\mathrm{c}} \mathrm{K} . \mathrm{P}$ aul, D . T.A droja, S.J. Levett, Phys.Rev.B 71, 224430 (2005).
${ }^{13}$ O. Zaharko, H.M.R nnow, A. D aoud-A ladine, S. Streule, F. Junanyi, J.M esot, H . B erger, and P . J. B row n, P hysika N izkikh Tem peratur,31, 1068 (2005).
14 O. Z aharko, A . D aoud-A ladine, S . Streule, J. M esot, P . J. B row $n$, and H . B erger, P hys. R ev.Lett. 93, 217206 (2004).
15 N ote that in the experim ent described in Refil the hkl and khl re ections could not be properly distinguished due to lim ited access to o-plane re ections on the norm al
beam geom etry D 15 di ractom eter. T he successive experim ent on the four-circle geom etry Tric S di ractom eter revealed that the $h$ and $k$ indices should be reassigned and the determ ined $m$ agnetic arrangem ent should be denoted $k$ and not $k^{0}$. Sym $m$ etry analysis of $m$ easured nuclear reections gave no evidence of grow th tw ins for this crystal possessing tw o wave vectors $\mathrm{k}^{0}$ and k below $\mathrm{T}_{\mathrm{N}}$.
${ }^{16}$ M. B lum e P hys. R ev.130, 1670 (1963).
${ }^{17}$ S.V.M aleev, B ar'yaktar and Suris, Sov. P hys. - Solid State 4, 2533 (1963).
${ }^{18}$ P. J. B row $\mathrm{n}, \mathrm{J} . \mathrm{C} . \mathrm{M}$ atthew m an, $T$ he C am bridge C rystallography Subroutine Library, 1897.
19 P. J. B rown, P hysica B 297, 198 (2001).
20 N otations from R ef
21 J. R odriquez-C arva jal, P hysica 192B, 55 (1993).
22 S. K irkpatrick, C D. G elatt Jr., and M P.Vecchi, Science, 220, 671 (1983).
${ }^{23}$ T. M oria, Phys. Rev.120, 91 (1960).
${ }^{24}$ M .E Iha jal, F. M ila private com $m$ unication.

